November, 2004

Surface Structure of Alkylsilylated HZSM-5 as Phase-boundary Catalyst

Hadi Nur
Yun Hau Ng
Mohd Nazlan Mohd Muhid
Halimaton Hamdan

Available at: https://works.bepress.com/yunhau_ng/4/
Reprinted from

PHYSICS JOURNAL
OF THE INDONESIAN PHYSICAL SOCIETY

Surface structure of alkylsilylated HZSM-5 as phase-boundary catalyst

Received: April 6th, 2004; Accepted for publication: November 11th, 2004

Published by
THE INDONESIAN PHYSICAL SOCIETY
http://hfi.fisika.net
Physics Journal of the Indonesian Physical Society

Journal devoted to Applied Physics (Vol. A), Educational Physics (Vol. B), and Theoretical Physics (Vol. C)

URL: http://pj.hfi.fisika.net

Editors
Laksana Tri Handoko (Lembaga Ilmu Pengetahuan Indonesia)  Terry Mart (Universitas Indonesia)

Honorary Editors
Anung Kusnowo (Lembaga Ilmu Pengetahuan Indonesia)  Na Peng Bo (Universitas Indonesia)
Muhamad Barmawi (Institut Teknologi Bandung)  Tjia May On (Institut Teknologi Bandung)
Pramudita Anggraita (Badan Tenaga Atom Nasional Yogyakarta)  Muslim (Universitas Gajah Mada)

Types of paper
The following types of paper are welcome in this journal
1. Letter: letter is intended for a rapid publication of important new results. An extended version as the follow-up article can be published as a regular paper. A letter is assumed to be no longer than 4 pages.
2. Regular: a regular article contains a comprehensive original work.
3. Comment: comment is a short paper that criticizes or corrects a regular paper published previously in this journal. Comment is not allowed to exceed 4 printed pages.
4. Review: review article is a comprehensive review of a special topic in physics. Submission of this article is only by an invitation from editors.
5. Proceedings: proceedings of carefully selected and reviewed conferences organized by The Indonesian Physical Society are published as an integral part of the journal.

Paper Submission
The submitted paper should be written in good English. The paper can be sent in the form of:
1. \LaTeX: this is the most preferred form, since it can accelerate the publication process. Visit the above URL site to find the online submission form and the macro used in this journal.
2. MS Word: an MS-Word file can be sent through the online submission form.

Additional relevant information on the submission procedure as well as the instruction manual for writing the paper can be found in the journal site above. The communication thereafter is done through the web.

Referees
All submitted papers are subject to a refereeing process. The editor will choose an appropriate referee for every paper. The author whose paper is rejected by a referee has a right to ask the editor to find another referee as long as he/she can convince the editor that his/her paper has not been objectively refereed. The editor has the right to make a decision on the paper. The journal editor has also the right to reject a paper that clearly does not fulfill scientific criteria.

Reprints
Electronic reprints including covers are available from the journal site for free. The hardcopy version can be ordered from the editorial office. Visit the above web-site or send an e-mail to editorial office for additional information regarding reprints.

The Indonesian Physical Society
Chairman: Masno Ginting  Vice Chairman: Pramudita Anggraita
Secretary: Edi Tri Astuti, Maria Margaretha Suliyanti  Treasurer: Diah Intani

Secretariat Office: Dynaplast Tower 1st Floor, Boulevard MH Thamrin 1, LIPPO Karawaci 1100
Tangerang 15811, Banten, Indonesia
URL: http://hfi.fisika.net  E-mail: info@hfi.fisika.net

© 2004 The Indonesian Physical Society  ISSN 1410-8860
Surface structure of alkylsilylated HZSM-5 as phase-boundary catalyst

HADI NUR, NG YUN HAU, MOHD NAZLAN MOHD MUHID AND HALIMATON HAMDAN
Ibnu Sina Institute for Fundamental Science Studies, Universiti Teknologi Malaysia, 81310 UTM Skudai, Johor, Malaysia

ABSTRACT : The need for cleaner environment concerns motivates the development of more efficient catalytic system. Based on this consideration, recently a novel catalyst named "Phase-boundary catalyst", a bimodal amphiphilic solid catalyst, was proposed. It was demonstrated that the catalytic system containing phase-boundary catalyst required neither stirring to make an emulsion nor addition of a co-solvent to make a homogeneous solution to drive the reaction. The driving force that has prompted this paper is to investigate the surface structure of alkylsilylated HZSM-5 as phase-boundary catalyst. Temperature Programmed Desorption (TPD) of ammonia and, $^{13}$C and $^{29}$Si MAS NMR spectroscopy were used to elucidate the surface structure of alkylsilylated HZSM-5. It is suggested the addition of small amount of water to the solid particles before alkylsilylation, as a recipe to make a bimodal amphiphilic particles, is desired to enhance the acidity of HZSM-5. The enhancement of acidity might be induced by polymeric octadecylsiloxane as elucidated by $^{13}$C and $^{29}$Si MAS NMR spectroscopy.

KEYWORDS : HZSM-5; polymeric octadecylsiloxane; phase-boundary catalyst
E-MAIL : hadi@kimia.fs.utm.my

Received: April 6th, 2004; Accepted for publication: November 11th, 2004

1 INTRODUCTION

Recently, a novel concept of "phase-boundary catalysis" (PBC) in order to utilize the immiscible liquid-liquid reaction system with solid catalysts was proposed [1-4]. In the PBC system, the bifunctional particles, containing both hydrophilic and hydrophobic regions, were placed at the phase boundary in order to catalyze the reaction without requiring an emulsion containing the catalyst by stirring. This system offers advantages in terms of ease of separation, the possibility of continuous supply of immiscible substrates and working effectively without co-solvent. Proposed model of catalyst for immiscible liquid-liquid reactions is shown in Fig. 1. The phenomenological aspects of catalytic functions in PBC and its correlation with bimodal amphiphilic character of the catalyst have been reported previously [1-6]. It was found that the highest catalytic activity under static conditions was observed when the catalyst was located at the phase boundary. We concluded that the location of catalysts in immiscible liquid-liquid system plays an important role in the reaction. However, in order to establish the PBC concept, the understanding the surface structure of phase-boundary catalyst is a conditional prerequisite and of utmost important. The emphasis of this article will therefore be to understand the surface structure of alkylsilylated HZSM-5 as a model of phase-boundary catalyst. The detail surface structures of catalyst particles is examined in more detail, focusing on clarification of the arrangement of alkylsilyl groups on the surface of particles by using Temperature Programmed Desorption (TPD) of ammonia, $^{13}$C and $^{29}$Si MAS NMR spectroscopy.

2 EXPERIMENTAL

2.1 Catalyst preparation

HZSM-5 zeolite powder was supplied by Zeolyst International (CBV 8014) and used after treatment at 450 °C under nitrogen atmosphere. Modified HZSM-5 on which the external surface was partly covered with alkylsilane was prepared by attachment of $n$–octadecyltrichlorosilane (OTS). This preparation method is same as given in our recent papers [1-4]. In typical experiment, in order to modify HZSM-5 with alkylsilane, the HZSM-5 powder containing water (0.5 g per 1.0 g of HZSM-5) was immersed in 10 ml toluene containing 500 μmol of $n$–octadecyltrichlorosilane (OTS, Aldrich) and the suspension was shaken for ca. 15 minutes at room temperature. Then, the solid was
collected by centrifugation and dried at 110 °C for overnight. Due to the hydrophilicity of the HZSM-5 surface, addition of a small amount of water led to aggregation owing to the capillary force of water between particles. Under these conditions, it is expected that only the outer surface of aggregates, in contact with organic phase can be modified with OTS. The partly modified sample was labeled w/o-HZSM-5. Fully modified HZSM-5 (o-HZSM-5) was prepared without addition of water.

2.2 Characterization of catalysts

A TPD/R/O 1100 ThermoFinnigan was used for the temperature programmed desorption (TPD) measurements. The sample was heated at 450 °C for 2 hours and cooled down to 80 °C before passing ammonia. After saturation with ammonia, the sample was flushed with N₂ to remove the physically adsorbed NH₃. The temperature of desorption was increased at the rate of 10 °C/min. Due to the alkylsilyl groups are decomposed at 500 ~ 700 °C and the desorption of ammonia also occurs at this range of temperatures, the peak of the desorption of ammonia is plotted by means of subtraction of the TPD curve of ammonia desorption with TPD curve without the presence of ammonia. The MAS NMR experiments were performed using Bruker Avance 400 MHz 9.4T spectrometer. The ²⁹Si MAS NMR spectra were recorded at 79.44 MHz using 5.5 μs radio frequency pulses, a recycle delay of 20 s and spinning rate of 7.0 kHz. The ¹³C NMR spectra were collected by a Cross Polarization (CP) MAS method with a 1000 μs ¹³C pulse and 5 s recycle delay. Both ²⁹Si and ¹³C NMR chemical shifts were referred to TMS at 0 ppm.

3 RESULTS AND DISCUSSION

As shown in Fig. 2, when the w/o-HZSM-5 particles were added to a mixture of cyclohexene and water, they were feasibly located just at the liquid-liquid phase boundary, whereas HZSM-5 and o-HZSM-5 were dispersed in aqueous and organic phases respectively. To gain an idea about the nature of the active sites present in the catalysts, TPD of ammonia analysis has been made. Results of the TPD of ammonia on HZSM-5, w/o-HZSM-5 and o-HZSM-5 are presented in Fig. 3. The ammonia TPD profiles of HZSM-5 and o-HZSM-5 samples consist of two peaks at 175 °C and 475 °C. It is evident that the peaks at 175 °C of w/o-HZSM5 is shifted to a higher temperature, i.e., 280 °C; suggests that w/o-HZSM-5 possesses a stronger acidity. It was observed that the peak areas of w/o-HZSM-5 and o-HZSM-5 are similar than that
of original HZSM-5, suggesting the amount of acidity is similar. In order to explain why w/o–HZSM-5 possesses a stronger acidity, the local structure of the catalyst was elucidated by $^{13}$C and $^{29}$Si MAS NMR. Fig. 4 shows the $^{13}$C CP/MAS NMR spectra of w/o–HZSM-5 and o-HZSM-5. The intense peak at 34 ppm corresponds to the well-oriented methylene carbons. The peak is characteristic of the $^{13}$C chemical shift for the crystallite methylene carbons of the alkane chains in the all-trans conformation. The peak at 32 ppm which appears as a shoulder in the spectrum correlated to the methylene chain. Thus, the chemical-shift position of the resonance associated with the internal methylene can be used to measure the degree of order in the amorphous phase with gauche conformation in the long-chain molecules. By comparison the peak at 34 ppm (highly ordered methylene chains) and 32 ppm (less ordered methylene chains), it was observed that the chain conformation of o-HZSM-5 is more symmetrical and compact packing compared to w/o-HZSM-5 which is more irregular and loosely packed.

The close-packed conformation of the carbon chains is also evident in $^{29}$Si MAS NMR results (Fig. 5). The intense peak at -110 ppm is from Si(3SiO) in hydrolyzed OTS and from HZSM-5. In Fig. 5, three additional peaks from -50 to -80 ppm correspond to three different environments of the siloxane groups in the modified HZSM-5 [7]: (i) isolated groups that are not bound to any neighboring siloxanes (ii) terminal groups that are only bound to one neighbouring siloxane, and (iii) cross-linked groups that are bound to two neighbouring siloxane. Due to the presence of small amount of alkylsilane in w/o–HZSM-5, only peaks with low intensities were observed.
Based on the above results, it is proposed that the polymeric octadecylsiloxane induced the acid strength of protonic species of HZSM-5. Note that the proton acidity could be enhanced by neighboring terminal Si-OH of polymeric octadecylsiloxane (see Fig. 5).

ACKNOWLEDGEMENT

The authors acknowledge the Ministry of Science, Technology and Environment Malaysia for the financial support through IRPA funding 09-02-06-0057-SR005/09-06, Ibnu Sina Institute and Universiti Teknologi Malaysia.

REFERENCES